Sol – Gel synthesis and characterization of magnesium peroxide nanoparticles

J Jaison1,2, C Ashok raja2, S Balakumar2, Y S Chan *1
1Department of Chemical and Petroleum Engineering, School of Engineering and Science, Curtin University CDT 250, 98009 Miri Sarawak Malaysia
2National Center for Nanoscience and Nanotechnology, University of Madras, Chennai, 600025, India.

E-mail: chanyensan@curtin.edu.my

Abstract. Magnesium peroxide is an excellent source of oxygen in agriculture applications, for instance it is used in waste management as a material for soil bioremediation to remove contaminants from polluted underground water, biological wastes treatment to break down hydrocarbon, etc. In the present study, sol-gel synthesis of magnesium peroxide (MgO2) nanoparticles is reported. Magnesium peroxide is odourless; fine peroxide which releases oxygen when reacts with water. During the sol-gel synthesis, the magnesium malonate intermediate is formed which was then calcinated to obtain MgO2 nanoparticles. The synthesized nanoparticles were characterized using Thermo gravimetric – Differential Thermal Analysis (TG–DTA), X-Ray Diffraction studies (XRD) and High Resolution Transmission Electron Microscope (HRTEM). Our study provides a clear insight that the formation of magnesium malonate during the synthesis was due to the reaction between magnesium acetate, oxalic acid and ethanol. In our study, we can conclude that the calcination temperature has a strong influence on particle size, morphology, monodispersity and the chemistry of the particles.

1. Introduction
Magnesium oxide has extensive applications in the detection and remediation of chemical waste and warfare agents [1]. It is also used as an additive in heavy fuel oils [2]; reflecting and anti-reflecting coatings [3] in optical applications; and is used as the substrate in superconducting and ferroelectric thin films [4-6]. Besides, magnesium oxide has also shown a promising application in catalysis applications of many organic reactions [7-12]. The properties of novel MgO are further magnified when its size is reduced to nanoscale. Many synthesis routes like sol-gel, hydrothermal, flame spray pyrolysis, laser vaporization, chemical gas phase deposition, combustion aerosol synthesis, aqueous wet chemical, and surfactant methods have been studied for nano-size synthesis of MgO [13-28]. But other forms of magnesium nanoparticles like MgOH and MgO2 were given less importance because their applications are still unknown in many fields [29].

For a long time, MgO was believed to be the least polymorphic solids[30]. Experimental simulation also predicted that MgO remains non-metallic up to extremely high pressure (20.7 TPa) [30, 31], making it to our knowledge the most difficult mineral to metalize. Thermodynamic
equilibrium in the Mg-O system at 0.1 MPa shows that only MgO is a stable compound synthesized, though metastable compounds (MgO$_2$, MgO$_4$), which can be prepared at very high oxygen fugacities [32-34]. In the experiment performed by Qiang Zhu et al, two new stable compounds (MgO$_2$ and Mg$_3$O$_2$) has been found to exist exhibiting crystal structures with unusual chemical bonding and insulating and semiconducting electronic structures, respectively [35].

As magnesium peroxide is a stable oxygen releasing compound than Mg$_3$O$_2$, it can be used in agriculture to improve soil quality and in environmental industries as a bioremediation agent that converts contaminated soil into a fertile soil [36, 37]. In certain circumstances MgO$_2$ has also been shown to inhibit growth of bacteria. For example, the growth of sulfate –reducing bacteria can be inhibited in an environment containing MgO$_2$[38]. The nano form of MgO$_2$ can be used to enhance the oxygen releasing ability of the compound [39] and thereby increase its potentiality to be used in enormous applications. In our study, we had synthesized magnesium peroxide nanoparticles (MgO$_2$) by simple sol-gel method using magnesium acetate as precursor.

2. Experimental methods

2.1 Chemicals used

The commercially available magnesium acetate (98% pure) was obtained from Alfa Aesar, oxalic acid (99.5% pure) and ethanol (99.9%) from Merck was used in this reaction without further purification.

2.2 Synthesis of MgO$_2$ nanoparticles.

An equimolar ratio of magnesium acetate and oxalic acid were prepared separately by dissolving the salts in ethanol before they were mixed at 300rpm. The formation of gel starts immediately after mixing. Due to the addition of gelating agent, the sol of precursor dissolved in solvent forms a three dimensional network of magnesium through three major steps that were hydrolysis, polycondensation and thereafter gelation. After this, the gel was allowed for aging for about 12 hours in order to increase the thickness of the gel. Then the above aged gel was dried in hot air oven for about 24 hours at 100°C in order to remove impurities through evaporation [13, 40]. The obtained powder was then calcinated at 600°C for 2 hours to obtain MgO$_2$ nanoparticles. The calcination was done in a box furnace (Sentrotech ST-1200C-7812) at a heating rate of 5°C/min. The calcination temperature was fixed by Thermo Gravimetric-Differential Thermal Analysis and the calcinated MgO$_2$ nanoparticles were characterized by X-Ray Diffraction spectroscopy for phase confirmation and High Resolution Transmission Electron Microscope for morphological analysis. Figure 1 shows the flow chart of magnesium peroxide nanoparticles synthesis by sol-gel method.
2.3. Characterization of MgO$_2$ nanoparticles

The thermal analysis was carried out with a Thermo Gravimetry Analysis (TGA, S II TG/DTA 6300) which will heat the sample up to 1200°C to find out thermal degradation of the sample. The TG-DTA was conducted at a heating rate of 5°C/min in nitrogen atmosphere. The phase purity and crystallinity of the MgO$_2$ nanoparticles were determined by X-ray diffraction (XRD) recorded on an X-ray Diffractometer system (RIGAKU X ray diffractometer). High resolution transmission electron microscopy (HR-TEM) measurement and the SAED pattern were studied using a HR-TEM, Tecnai T30 G$^2$ S-Twin, FEI Company which has a point resolution 0.24nm and its magnification ranges from 25x – 1030kx.

3. Results and Discussions

Sol–Gel method is a wet chemical technique widely used in the fields of materials science to synthesize ceramics with an intermediate stage. It is the precursor that, by its chemistry, leads the reaction towards the formation of either colloidal particles or polymeric gels [40]. In our experiment, the magnesium acetate precursor reacts with oxalic acid and ethanol to give magnesium malonate and the excess volatile substances in the reaction gets evaporated during aging and drying process [Equation 1]. Due to high temperature calcination at 600°C, the magnesium malonate gets transformed into magnesium peroxide [equation 2].

\[
\begin{align*}
\text{Mg} (\text{CH}_3\text{COO})_2 + \text{C}_2\text{H}_2\text{O}_4 + \text{C}_2\text{H}_5\text{OH} &\rightarrow \text{Mg}.[\text{CH}_2(\text{COO})_2] + \text{C}_2\text{H}_4\text{O}_4 + \text{C}_2\text{H}_5\text{OH} \\
\text{Mg}.[\text{CH}_2(\text{COO})_2] &\rightarrow \text{MgO}_2 \text{ nanoparticles}
\end{align*}
\]
The TG curve of the compound shows the thermal decomposition in three stages. The water molecules get evaporated completely during drying of pre calcinated powder after aging in sol-gel process as shown in Fig 2. Dehydration occurred in the first stage (155-206 °C) in which the carboxyl molecules from the malonate group were lost due to decarboxylation (equation 3) [41]. After the first degradation, the end product contains unstable Mg. (CH$_2$) and it was degraded at 427 – 519 °C, in the second stage (equation 4). Though complete weight loss observed at 1000 °C, we were able to study the effect of calcination at lower temperature (< 1000°C) with the intention of controlling the particle size and morphology [42, 43]. But at low temperature, calcination ended in the formation of unstable oxide (equation 5). MgO which was formed were confirmed by X-ray diffraction studies and displayed in figure 3. The thermal decomposition scheme is exemplified below

Mg. [CH$_2$ (COO)$_2$]  $\xrightarrow{155-206^\circ C}$  Mg. (CH$_2$) + 2 CO$_2$  (First decomposition)  (3)
Mg . (CH$_2$)  $\xrightarrow{427-519^\circ C}$  Mg + CH$_2$  (Second decomposition)  (4)
Mg + O$_2$  $\xrightarrow{600^\circ C}$  MgO$_2$  (Third decomposition)  (5)

In the experiment performed by Davoodnia et al., the first decomposition of pre calcinated sample was found to be 359°C. The reason for this high temperature for the first decomposition was due to the usage of magnesium nitrate as a precursor in the sol-gel method. As the nitrate bond is very strong, only high temperature can break that bond to form stable oxides of magnesium [12]. But in our experiment, we can able to get first decomposition of the compound at 155°C due to the presence of magnesium acetate as the precursor in the sol-gel reaction. As the first decomposition is at 155°C, all the subsequent decomposition also occurs at low temperature compared to the literature. Then the sample is subjected to X-ray diffraction studies in order to confirm the crystalline phases of the pre calcinated and the calcinated sample.
The * symbol in certain peaks indicates that those peaks are due to impurity in reaction atmosphere or due to unreacted components in the reaction mixture.

Figure 3 shows the XRD spectra for the formation of magnesium malonate in pre calcinated samples and the formation of MgO nanoparticles in the calcinated sample at 600°C. The formation of magnesium malonate (PDF 24-1794) in pre calcinated sample is due to the reaction between the solvent (ethanol) and the gelating agent used (oxalic acid). The XRD peak of magnesium malonate was suppressed in the calcinated sample, which indicates the formation of magnesium peroxide. The XRD peak of the calcinated sample at 600°C was matching with the MgO (PDF 75-1585) crystal structure with some peak shifts. The peak shifts were due to the presence of certain impurities in the samples.

In the experiments performed by Stengl et al, Davoodnia et al and Athar et al, magnesium hydroxide [PDF 45-0946] is formed as the pre calcinated sample which was subjected to high temperature treatment up to 1000°C for several hours to get magnesium peroxide and magnesium oxide [12, 44, 45]. But in our experiment, the hkl (Miller indices) planes of magnesium malonate and magnesium peroxide is perfectly matching with the JCPDS (Joint Committee on Powder Diffraction Standards) files of the compound and the final product is obtained at low temperature (600°C) than compared to the above literatures.

The sample is then subjected to HRTEM for structural analysis. Figure 4 (a) shows the HRTEM micrograph of pre calcinated sample. It shows that the magnesium malonate formed are porous due to the evaporation of volatile compounds during drying process in sol-gel method at 100°C. The SAED pattern [fig. 4(b)] reveals that the magnesium malonate is polycrystalline in nature as there are only two rings without proper spots for crystal pattern which is consistent with the result reported by Stengl et al and Gedanken et al [44, 46]. The HRTEM micrograph of calcinated MgO nanoparticles [fig. (c)] at 600°C shows a spherical morphology, which is agglomerated with each other due to high temperature. At 20nm scale, we observe that there is no porous structure in the calcinated samples. The calcination of pre calcinated magnesium malonate powder breaks the micro particles into pieces to form nanoparticles of magnesium peroxide [45].

Figure 4: a) HRTEM micrograph of magnesium malonate b) SAED pattern of magnesium malonate c) HRTEM micrograph of magnesium peroxide d) SAED pattern of magnesium peroxide.
Further calcination of pre calcinated sample at higher temperature will lead to the formation of highly stable MgO nanoparticles[13]. We recommend that increasing the calcination time and calcinating the sample in ambient atmosphere can help to obtain monodispersed MgO nanoparticles and to avoid agglomeration [47]. By obtaining monodispersed nanoparticles, it can be used in bioremediation applications and in improving soil quality on par with bulk magnesium peroxides.

4. Conclusion
In this work, MgO nanoparticles have been synthesized by simple sol – gel method using inorganic precursor such as magnesium acetate, oxalic acid as gelating agent and ethanol as solvent. Initially, magnesium malonate was formed which was due to the inorganic precursor and shows that precursor plays a major role in the formation of nanoparticles. Further, the as prepared samples were calcinated at 600°C in order to obtain MgO nanoparticles, which show that calcination temperature plays a pivotal role in the formation of the end product as well as the morphology of the nanoparticles. Thus the synthesized MgO nanoparticles can be used as an excellent oxygen source in agriculture and in environment application.

5. References

[1] Wagner G W, Bartram P W, Koper O and Klabunde K J 1999 Reactions of VX, GD, and HD with nanosize MgO *The Journal of Physical Chemistry B* **103** 3225-8
[2] Davini P and Tartarelli R 1985 Emissions from the combustion of heavy oils: effect of granulometry and surface area of MgO additive *Fuel* **64** 380-3
[3] Duyar O and Durusoy H Z 2004 Design and preparation of antireflection and reflection optical coatings *Turk. J. Phys.* **28** 139-44
[4] Phillips J M 1996 Substrate selection for high-temperature superconducting thin films *Journal of Applied Physics* **79** 1829-48
[5] Hamet J, Mercet B, Hervieu M and Raveau B 1992 *<i>a</i>-Axis oriented YBa<sub>2</sub>Cu<sub>3</sub>O<sub>7</sub> superconducting thin film grown on MgO substrate Physica C: Superconductivity* **193** 465-70
[6] Liu S, Weaver J, Yuan Z, Donner W, Chen C, Jiang J, Meletis E, Chang W, Kirchoefer S and Horwitz J 2005 Ferroelectric (Pb, Sr) TiO<sub>3</sub> epitaxial thin films on (001) MgO for room temperature high-frequency tunable microwave elements *Applied Physics Letters* **87** 142905–3
[7] Hattori H 1995 Heterogeneous basic catalysis *Chemical Reviews* **95** 537-58
[8] Mishakov I V, Bedilo A F, Richards R M, Chesnokov V V, Volodin A M, Zaikovskii V I, Buyanov R A and Klabunde K J 2002 Nanocrystalline MgO as a dehydrohalogenation catalyst *Journal of Catalysis* **206** 40-8
[9] Chesnokov V V, Bedilo A F, Heroux D S, Mishakov I V and Klabunde K J 2003 Oxidative dehydrogenation of butane over nanocrystalline MgO, Al<sub>2</sub>O<sub>3</sub>, and VO<sub>x</sub> catalysts in the presence of small amounts of iodine *Journal of Catalysis* **218** 438-46
[10] Kumar D, Reddy V B, Mishra B G, Rana R, Nadagouda M N and Varma R S 2007 Nanosized magnesium oxide as catalyst for the rapid and green synthesis of substituted 2-amino-2-chromenes *Tetrahedron* **63** 3093-7
[11] Climent M J, Corma A, Iborra S and Mifsud M 2007 MgO nanoparticle-based multifunctional catalysts in the cascade reaction allows the green synthesis of anti-inflammatory agents *Journal of Catalysis* **247** 223-30
Mirzaei H and Davoodnia A 2012 Microwave assisted sol-gel synthesis of MgO nanoparticles and their catalytic activity in the synthesis of hantzsch 1, 4-dihydropyridines Chinese Journal of Catalysis 33 1502-7

Kumar A and Kumar J 2008 On the synthesis and optical absorption studies of nano-size magnesium oxide powder Journal of Physics and Chemistry of Solids 69 2764-72

Jiu J, Kurumada K-i, Tanigaki M, Adachi M and Yoshikawa S 2004 Preparation of nanoporous MgO using gel as structure-direct template Materials Letters 58 44-7

Chadwick A V, Poplett I J, Maitland D T and Smith M E 1998 Oxygen speciation in nanophasic MgO from solid-state 17O NMR Chemistry of materials 10 864-70

Bokhimi X, Morales A, Portilla M and García-Ruiz A 1999 Hydroxides as precursors of nanocrystalline oxides Nanostructured Materials 12 589-92

Subramania A, Kumar G V, Priya A S and Vasudevan T 2007 Polyol-mediated thermolysis process for the synthesis of MgO nanoparticles and nanowires Nanotechnology 18 225601

López T, Gómez R, Navarrete J and López-Salinas E 1998 Evidence for Lewis and Brønsted Acid Sites on MgO Obtained by Sol-Gel Journal of sol-gel science and technology 13 1043-7

Utamapanya S, Klabunde K J and Schlup J R 1991 Nanoscale metal oxide particles/clusters as chemical reagents. Synthesis and properties of ultrahigh surface area magnesium hydroxide and magnesium oxide Chemistry of Materials 3 175-81

Kim J Y, Jung H S and Hong K S 2005 Effects of Acetic Acid on the Crystallization Temperature of Sol–Gel-Derived MgO Nano-Powders and Thin Films Journal of the American Ceramic Society 88 784-7

Wang J, Novaro O, Bokhimi X, Lopez T, Gomez R, Navarrete J, Llanos M and Lopez-Salinas E 1998 Characterizations of the thermal decomposition of brucite prepared by sol–gel technique for synthesis of nanocrystalline MgO Materials letters 35 317-23

Wang J, Bokhimi X, Novaro O, Lopez T and Gomez R 1999 Effects of the surface structure and experimental parameters on the isopropanol decomposition catalyzed with sol–gel MgO Journal of Molecular Catalysis A: Chemical 145 291-300

Ding Y, Zhang G, Wu H, Hai B, Wang L and Qian Y 2001 Nanoscale magnesium hydroxide and magnesium oxide powders: control over size, shape, and structure via hydrothermal synthesis Chemistry of Materials 13 435-40

El-Shall M S, Slack W, Vann W, Kane D and Hanley D 1994 Synthesis of nanoscale metal oxide particles using laser vaporization/condensation in a diffusion cloud chamber The Journal of Physical Chemistry 98 3067-70

Matthews J S, Just O, Obi-Johnson B and Rees W 2000 CVD of MgO from a Mg (β-ketoiminate) 2: Preparation, Characterization, and Utilization of an Intramolecularly Stabilized, Highly Volatile, Thermally Robust Precursor Chemical Vapor Deposition 6 129-32

Helleb J J 1998 Combustion aerosol synthesis of nanoscale ceramic powders Journal of Aerosol Science 29 721-36

Bhargava A, Alarco J A, Mackinnon I D, Page D and Ilyushechkin A 1998 Synthesis and characterisation of nanoscale magnesium oxide powders and their application in thick films of Bi<sub>2</sub>Sr<sub>2</sub>CaCu<sub>2</sub>O<sub>8</sub> Materials Letters 34 133-42

Kordas G 2000 Sol–gel preparation of MgO fibers Journal of Materials Chemistry 10 1157-60

Zhu Q, Oganov A R and Lyakhov A O 2013 Novel stable compounds in the Mg–O system under high pressure Physical Chemistry Chemical Physics 15 7696-700

Oganov A R, Gillan M J and Price G D 2003 Ab initio lattice dynamics and structural stability of MgO The Journal of chemical physics 118 10174-82

Umemoto K, Wentzcovitch R M and Allen P B 2006 Dissociation of MgSiO3 in the cores of gas giants and terrestrial exoplanets Science 311 983-6

Wriedt H 1987 The Mg–O (Magnesium-Oxygen) system Bulletin of Alloy Phase Diagrams 8 227-33
[33] Recio J and Pandey R 1993 Ab initio study of neutral and ionized microclusters of MgO Physical Review A47 2075
[34] Wang Z, Bentley J, Kenik E, Horton L and McKee R 1992 In-situ formation of MgO thin films on MgO single-crystal surfaces at high temperatures Surface science273 88-108
[35] Znaidi L, Chhor K and Pommier C 1996 Batch and semi-continuous synthesis of magnesium oxide powders from hydrolysis and supercritical treatment of Mg (OCH3)3 Materials Research Bulletin31 1527-35
[36] Vidali M 2001 Bioremediation. An overview Pure and Applied Chemistry73 1163-72
[37] Rockne K J and Reddy K R 2003 Bioremediation of contaminated sites. In: Invited Theme Paper, International e-Conference on Modern Trends in Foundation Engineering: Geotechnical Challenges and Solutions, Indian Institute of Technology, Madras, India,
[38] Chang Y-J, Chang Y-T and Hung C-H 2008 The use of magnesium peroxide for the inhibition of sulfate-reducing bacteria under anoxic conditions Journal of industrial microbiology & biotechnology35 1481-91
[39] Tabrizi A, Ayhan F and Ayhan H 2009 Gold nanoparticle synthesis and characterisation Journal of biology and chemistry Hacettepe J. Biol. & Chem37 217-26
[40] Hench L L and West J K 1990 The sol-gel process Chemical Reviews90 33-72
[41] Doreswamy B, Mahendra M, Sridhar M, Shashidhara Prasad J, Varghese P, George J and Varghese G 2005 A novel three-dimensional polymeric structure of crystalline neodymium malonate hydrate Materials Letters59 1206-13
[42] Tang Z-X and Shi L-E 2008 Preparation of nano-MgO using ultrasonic method and its characteristics Eclética Química33 15-20
[43] Zhang A, Ma Q, Wang K, Liu X, Shuler P and Tang Y 2006 Naphthenic acid removal from crude oil through catalytic decarboxylation on magnesium oxide Applied Catalysis A: General303 103-9
[44] Štengl V, Bakardjieva S, Mariková M, Bezdicka P and Šubrt J 2003 Magnesium oxide nanoparticles prepared by ultrasound enhanced hydrolysis of Mg-alkoxides Materials Letters57 3998-4003
[45] Athar T, Hakeem A and Ahmed W 2012 Synthesis of MgO Nanopowder via Non Aqueous Sol–Gel Method Advanced Science Letters7 27-9
[46] Makhluf S, Dror R, Nitzan Y, Abramovich Y, Jelinek R and Gedanken A 2005 Microwave-Assisted Synthesis of Nanocrystalline MgO and Its Use as a Bacteriocide Advanced Functional Materials15 1708-15
[47] Sundrarajan M, Suresh J and Gandhi R R 2012 A comparative study on antibacterial properties of MgO nanoparticles prepared under different calcination temperature Digest Journal of Nanomaterials and Biostructures7 983-9

Acknowledgement
The authors would like to thank Department of Chemical and Petroleum Engineering, School of Engineering and Science, Curtin University and National Centre for Nanoscience and Nanotechnology (NCNSNT), University of Madras for providing support to carry out this project.